The Effects of Insulation Thickness on Temperature Field and Evaluating Cracking in the Mass Concrete

N.T. Chuc*
Moscow State University of Civil Engineering (MGSU), Russia
Le Quy Don
Technical University, Ha Noi, Vietnam
P.V. Thoan
Le Quy Don Technical University, Ha Noi, Vietnam
B.A. Kiet
Ho Chi Minh City Open University, Vietnam
*Email: ntcuch.mta198@gmail.com

ABSTRACT: This paper is mainly to study the effects of insulation thickness (0 - 3) cm on temperature field and evaluating cracking in the mass concrete by using Finite Element Midas Civil 2011. The finite element method is developed for simulation analysis of the temperature field in the concrete in early age mass concrete. From the results temperature field and evaluating cracking for the mass concrete it is concluded that insulation with adequate thickness at the face of massive concrete should be used to reduce the temperature differentials and control cracking of early-age concrete. Finally, the results are applied to provide some references for the constructions in the mass concrete such as dams, bridges beams, bridge piers, foundations of bridges and buildings.

KEYWORD: Heat of hydration, temperature gradient, crack, mass concrete, mathematical model

1 INSTRUCTIONS

Mass concrete is defined by American Concrete Institute Committee 207 as "any volume of concrete with dimensions large enough to require that measures be taken to cope with the generation of heat from hydration of cement and attendant volume change to minimize cracking"[1]. Mass concrete structures include massive mat foundations, bridges beams, bridge piers, dams, and other concrete structures [2-4].

Temperature differences within the concrete occur when the heat being generated by the concrete is dissipated to the surrounding environment causing the temperature at the surface of the concrete to be lower than the temperature at the inside of the concrete. Simultaneously, the heat generated is a function of the temperature on time. Therefore, the temperature difference between the center and the outside of the concrete blocks will create tensile stress. If the induced tensile stresses are larger than the early age tensile strength of the concrete, cracking will occur [5-7].

![Figure 1. Stress distribution in mass concrete due to temperature differential [8].](image)

The most important factor when analyzing early age thermal stress is the temperature development in the mass concrete [9].

- cement consumption;
- type cement;
- thermal properties of concrete;
- conditions during the placing of concrete (the initial concrete temperature, internal cooling or layered placing of concrete);
- environmental conditions;
- dimensions and geometrical of the mass concrete.

There are several ways to control maximum temperature and control cracking of early-age in the mass concrete, such as reducing the cement content, pre-cooling the concrete mix, using the pipe cooling, the insulation materials etc [10-12].

Surface heat preservation is an important measure for temperature control and cracks prevention. The selection of insulation materials, insulation thickness is particularly important. In this paper to study the effects of insulation thickness on the temperature field and evaluating cracking in the mass concrete [13].
2 MATERIALS AND METHODS

2.1 Materials

The mass concrete is designed to be C40 (American ACI standard), self-compacting, flowing 650 mm, using low heat cement, partly cement replaced with fly ash to reduce the quantity cement. The purpose is to reduce the amount of cement used to reduce the amount of hydrothermal heat [14]. The concrete mix design is detailed in Table 1.

Table 1. Mix design of concrete.

| W/ | (C+FA) | C+FA | S | R | C | FA | W |
|---|---|---|---|---|---|---|---|
| kg/ | (kg) | (kg) | (kg) | (kg) | (kg) | (l) |
| 42% | 385 | 880 | 951 | 289 | 96 | 160 |

where: W - Water; C - Cement, FA - fly ash; S - Sand; R - Rock.

Thermal insulators are meant to reduce the rate of heat transfer by conduction, convection, and radiation. The main purpose of surface insulation is not to restrict the temperature rise, but to regulate the rate of temperature drop so as to lower the stress differences due to steep temperature gradients between the concrete surface and the interior [15]. This research paper deals with the study on the thermal behavior of a massive concrete with Insulation (polystyrene). Table 2 the properties of mass concrete, insulation (polystyrene) and the foundation.

Table 2. Material properties in temperature behavior analysis.

| Property | Insulation (polystyrene) | Concrete | Foundation |
|---|---|---|---|
| Thermal conduction coefficient, W/(m°C) | 0.029 | 2.30 | 2.70 |
| Specific heat, kJ/(kg°C) | 1.13 | 1.05 | 0.85 |
| Density, kg/m³ | 20 | 2400 | 2700 |
| Convection coefficient, W/m²°C | 30.0 | 12.0 | 13.5 |
| Modulus of elasticity, N/m² | 3.0×10⁹ | 2.5×10¹⁰ | 2.0×10¹⁰ |
| Thermal expansion coefficient, (1/°C) | 1.10⁵ | 1.10⁵ | 1.10⁵ |
| Poisson’s ratio | 0.2 | 0.2 | 0.2 |
| The amount of hydration heat of concrete, kJ/kg | - | 389 | - |

λ - is the thermal conductivity, that is, λ₁ = λ₂ = λ₃ dependent on temperature by three directions x, y and z, respectively, (W/m°C);

q - is the rate of internal heat generation (internal energy), per unit volume (W/m³);

ε₂ - is the heat capacity (J/kg.°C);

ρ - is the density concrete (kg/m³);

τ - time (day).

To solve equation (1), it is necessary to know the boundary condition, which is defined as follows [18].

\[ T = T_p, \quad k \frac{\partial T}{\partial x} l_x + k \frac{\partial T}{\partial y} l_y + k \frac{\partial T}{\partial z} l_z + q + h(T_i - T_j) = 0, \]

(2)

where: \( T_p \) - the values of the nodal temperatures on the boundaries (°C);

q - surface heat (kcal/m³);

h - the film coefficient;

\( T_i \) - Temperatures at the boundary nodal points (°C);

\( T_j \) - the ambient temperature (°C);

l_x, l_y, and l_z - the direction cosines of the outward normal to the surface under consideration on x, y and z-axes respectively.

According to the results of the study [19-20], the relation between the heat of hydration and the age may be expressed by the following exponent formula (3):

\[ Q(t) = Q_0(1 - e^{-\alpha t}), \]

(3)

where: \( Q(t) \) - is the accumulated heat of hydration per unit mass of cementations materials (J/kg) at age \( t \);

\( Q_0 \) - is the final heat of hydration as \( t \rightarrow \infty \), and \( \alpha \) is an experimental constant related to cement and curing temperature.

The analyses of temperature field in the concrete mass belong to transient thermal analysis, and the form of its matrix is expressed as (4):

\[ [K][T] + [C] \left[ \frac{\partial T}{\partial t} \right] = [Q]. \]

(4)

A classical Euler scheme can be implemented. If we assume the following approximation for the first time derivative of the temperature field [21]:

\[ \left[ \frac{\partial T}{\partial t} \right] = \frac{1}{\Delta t} \left[ \left[ T(t_n) - T(t_{n-1}) \right] \right]. \]

(5)

Then (4) is written as follows:

\[ [K][T] + \frac{[C]}{\Delta t} \left[ T(t_n) - T(t_{n-1}) \right] = [Q]. \]

(6)

where: [K] - is a conductive matrix;

[C] - is a specific heat matrix, considering increased internal energy;

\( [Q] \) - is the heat flow rate of the nodes, including heat generation;

\( \Delta t = t_n - t_{n-1} \) - time step calculations.
2.3 Computation of temperature drop allow in the mass concrete

The equation (7) is given for allowable temperature drop in the mass concrete in the during construction [22]:

$$
\left[ \Delta T^\text{max}_b \right] = \left[ \Delta T^\text{pr}_b \right] k_{nep} \cdot \left[ \Delta T^\text{pr}_b \right] = \frac{\varepsilon_{pr}}{ak_3k_5}, \quad (7)
$$

where: $k_{nep}$ - is a transition coefficient from the average temperature in the unit during the heat evolution period to the maximum one, ($k_{nep} = 1.3 - 1.5$);

$\varepsilon_{pr}$ - is the limit compliance concrete;

$\alpha$ - Linear thermal expansion coefficient of concrete;

$k_3$ - crushing factor (average);

$k_5$ - is the relaxation factor (average);

$k_{cr}$ - a factor of crack formation ignorance.

3 RESULTS

3.1 Calculation model

In this study, a 3-dimensional finite element model for mass concrete body sized 10x8x3 m, which lays on the foundation sized 20x12x4 m, is used. A half of the symmetry model is used to increase the speed of the simulation, as can be seen in Figure 2. The model was divided into 1800 elements and 2352 nodes.

![Figure 2. 3-D Finite element model.](image)

The ambient temperature significantly effects on the maximum temperature at the center of the concrete block during the hardening process. This a mass concrete is built in the summer in northern Vietnam with air temperatures are assumed constant 25°C, soil temperature is assumed constant 20°C and temperature of concrete placed 23°C.

3.2 Analysis results

The breakdown of the concrete block and the foundation of the array on the final elements of the three-dimensional model is shown in Figure 2. With the help of the computer program Midas civil 2011, the maximum temperature in the mass concrete with insulation thickness differences (0 - 3) cm as shown in Figures 3 - 6.

![Figure 3. Temperature field in the mass concrete without insulation at 96 hours.](image)

![Figure 4. Temperature field in the mass concrete with insulation 1 cm thick layer at 96 hours.](image)

![Figure 5. Temperature field in the mass concrete with insulation 2 cm thick layer at 108 hours.](image)

![Figure 6. Temperature field in the mass concrete with insulation 3 cm thick layer at 108 hours.](image)

When increasing the insulation thickness, then the maximum temperature in the mass concrete increases. In case 1 (without insulation layer) - maximum temperature is 69.65°C; in case 2 with insulation 1 cm thick layer - maximum temperature is 69.13°C; in case 3 with insulation 2 cm thick layer - maximum temperature is 69.65°C; in case 4 with insulation 3 cm thick layer - maximum temperature is 70.12°C. However, the increase in value maximum temperature is not significant.
Table 3. The maximum temperature, maximum temperature drop and its occurrence time at different thicknesses.

| Case                      | Insulation thickness (cm) |
|---------------------------|---------------------------|
|                           | 0 | 1 | 2 | 3 |
| Maximum temperature (°C)  |   |   |   |   |
| 68.31                     | 69.13 | 69.65 | 70.12 |
| Maximum temperature drop (°C) |   |   |   |   |
| 26.31                     | 16.65 | 9.54 | 6.23 |
| Maximum temperature occurrence time (hours) |   |   |   |   |
| 96                        | 96 | 108 | 108 |

Figure 7. Temperature variation process of two typical points (node 2084 and node 6) without the insulation layer.

Figure 8. Temperature variation process of two typical points (node 2084 and node 6) with insulation 1 cm thick layer.

Figure 9. Temperature variation process of two typical points (node 2084 and node 6) with insulation 2 cm thick layer.

Figure 10. Temperature variation process of two typical points (node 2084 and node 6) with insulation 3 cm thick layer.

Figures 7 - 10 shows that the performance of the concrete improves as the insulation thickness increases. Because when increasing the insulation thickness (0 - 3) cm, then reduce the temperature differentials.

**Temperature drop allows in the mass concrete:**

The thermal expansion coefficient for the concrete mix – M300 was assumed to be ε_{np} = 0.9×10^{-4} [22]. This value of 1×10^{-5} is used in the present analysis. For our calculations we take α = 1×10^{-5}. The relaxation coefficient k_{i}=f(H/l, E_{con}/E_{bas}). In the analysis, values of H/l = 0.3; E_{con}/E_{bas} = 1.25 are taken. And, the value k_{i} = 0.60 was also indicated in graph 15.6 [22]. The relaxation coefficient k_{p} = f(τ_{0}, τ_{k}, Δτ) can be adopted from graph 15.5 [22], and is equal to 0.90. Then, the value of ΔT_{b}^{max} maximum is calculated as follow:

\[ ΔT_{b}^{max} = \frac{0.9 \times 100000}{1 \times 10000 \times 0.6 \times 0.9} = 16.67°C \]

\[ ΔT_{b}^{max} = 16.67 \times 1.3 = 21.67°C \] (8)

Comparing the maximum temperature difference between the center and the outside of the mass concrete with maximum temperature difference allows, we indicate that: in case 1 without insulation layer - maximum temperature difference is 26.31°C is higher than maximum temperature difference allowable temperature (21.67°C). This may lead to the development of cracks. Other cases will not cracks because of maximum temperature difference (16.65°C, 9.54°C, 6.23°C) lower than maximum temperature difference allowable temperature (21.67°C).

4 CONCLUSION

Based on the results of the study lead to the following conclusions:
1. When increasing the insulation thickness layer, then the maximum temperature in the mass concrete increases.

2. The thickness of the insulation layer affects inversely on the maximum temperature difference between the center and the outside of the mass concrete. In the case without the insulation layer, the maximum temperature difference is 26.31°C. When increasing the insulation thickness (0 - 3) cm, then the maximum temperature difference decreases.

3. In case 1 without insulation layer – the maximum temperature difference is 26.31°C is higher than the maximum temperature difference allowable temperature (21.67°C). This may lead to the development of cracks. Other cases will not cracks because of maximum temperature difference (16.65°C, 9.54°C, 6.23°C) lower than maximum temperature difference allowable temperature (21.67°C). This effective technique should be used to prevent cracking of early-age in the mass concrete.

REFERENCES

ACI Committee 207–Mass and thermally controlled concrete. Korea Concrete Institute, "Thermal Crack Control of mass Concrete", Concrete practices Manual, 2010.

Barbara, K., Maciej, B., Maciej, P., and Aneta, Z., "Analysis of cracking risk in early age mass concrete with different aggregate types", Procedia Engineering, Vol. 193, 2017, pp 234 - 241.

Li, F., Shen, Y., "Full-scale test of the hydration heat and the curing method of the wet joints of a precast segmental pier of a bridge", European Journal of Environmental and Civil Engineering, Vol. 29, 2015, pp 348 - 370.

Barbara, K., Agnieszka, K. W., "Early age thermal and shrinkage cracks in concrete structures – description of the problem", Architecture civil engineering environment, Vol. 2, 2011.

Worapong, S., Hikaru, N., Minoru, K., and Yasuaki, I., "Analysis of crack propagation due to thermal stress in concrete considering solidified constitutive model", Journal of advanced concrete technology, Vol. 5, No. 1, 2017, pp 99 – 112.

Tayade, K. C., Deshpande, N. V., Pofale, A. D., "Experimental study of temperature rise of concrete and assessment of cracking due to internal restraint", International journal of civil and structural engineering, Vol. 4, No. 3, 2014, pp 353 - 364.

Khelifah, H. A., Rahman, M. K., Zakariya Al-Helal, and Sami Al-Ghamdi, "Stress generation in mass concrete blocks with fly ash and silica fume - an experimental and numerical study", Fourth international conference on sustainable construction materials and technologies, August 7-11,2016.

Aniskin, N., and Chuc, N. T., "Temperature regime of massive concrete dams in the zone of contact with the base", Materials Science and Engineering, Vol. 365, 2018, DOI:10.1088/1757-899X/365/4/042083.

Zhu, Z., Qiang, S., and Chen, W., "A new method solving the temperature field of concrete around cooling pipes", Computers and Concrete, Vol. 11, No. 5, 2013, pp 441 - 462.

Hong, Y., Chen, W., Lin, J., Gong, J., Cheng, H., "Thermal field in water pipe cooling concrete hydro structures simulated with singular boundary method", Water Science and Engineering, Vol. 10, No. 2, 2017, pp 107 - 114.

Lee, M. H., Chae, Y. S., Khil, B. S., Yun, H. D., "Influence of casting temperature on the heat of hydration in mass concrete foundation with ternary cement", Applied mechanics and materials, Vol. 525, 2014, pp 478 - 481.

Li, B., Wang, Z., Jiang, Y., Zhu, Z., "Temperature control and crack prevention during construction in steep slope dams and stilling basins in high-altitude areas", Advances in Mechanical Engineering, Vol. 10, No. 1, 2018, pp 1-15.

Ki, K. K., Gwan, E. I., Gug, K. M., "Adiabatic temperature rise and reaction rate of mass structure in Lotte Center Hanoi project", Journal of Science and technology building 1, 2012.

Patil, A., "Heat of hydration in the placement of mass concrete", International Journal of Engineeering and Advanced Technology (IJET), Vol. 4, No. 3, 2015.

Aniskin, N., Chuc, N. T., Long, H. Q., "Influence of Size and Construction Schedule of Massive Concrete Structures on Its Temperature Regime", MATEC Web of Conferences 251, 02014 (2018), Vol. 251, 2018, 8p. https://doi.org/10.1051/matecconf/201825102014

Havlásek, P., Šmilauer, V., Hájková, K., and Baquerizo, L., "Thermo-mechanical simulations of early-age concrete cracking with durability predictions", Materials Science and Engineering, Vol. 236, 2017, pp 32 - 40.

Lam, T.V, Chuc, N.T, Bulgakov, B.I. Anh, P.N., "Composition calculation and cracking estimation of concrete at early ages", Magazine of Civil Engineering, Vol. 6, 2018, pp 136 - 148. doi: 10.18720/MCE.82.13

Zhou, H., Zhajidou, Y., Zhao, C., Wang, F., and Liang, Z., "Feedback design of temperature control measures for concrete dams based on real-time temperature monitoring and construction process simulation", Korean Society of Civil Engineers, Vol. 9, 2017, pp 81 -90.

Kuriakose, B., Rao, B. N., Dodagoudar, G.R., "Early - age temperature distribution in a massive concrete Foundation", Procedia Technology, Vol. 25, 2016, pp 107 - 114.

Khanzaei, P., Abdulrazeg, A. A., Samali, B., and Ghaedi, K., "Thermal and structural response of RCC dams during their service life", Journal of Thermal Stresses, Vol. 36. No. 8, 2015, pp 591 - 609.

Teleshev, V. I., Batting, N. S., Marchuk, A. N., Komarinsky, M. V., "Production of hydraulic engineering works", Moscow, 2012, 450p.